CI14 0(4! Source of material: A mixture of 500 mg of vanadium(V) oxide, 2190 mg of phosphoric acid (85%) and 1540 mg of 2,2'-bipyridine was dissolved in 13 ml of water and stirred for 10 minutes at room temperature, then transferred to a stainless steel vessel which was sealed and placed in a programmable furnace. The temperature was raised to 443 Κ at a rate of 5 K/min and held at that temperature for four days. The temperature was lowered to ambient at a rate of 0.1 K/min. The resulting olive green parallelepipedal crystals of the title compound were mechanically separated from a mixture containing black and green solid, then washed with distilled water (3 χ 15 ml) and ethanol (3 χ 10 ml) and air dried to give 500 mg -(30% based on V2O5). 
R(F) =0.044, Rv/F) =0.100. 
